Introduction

Graphene is considered to be the ‘wonder material’ because of many unique and fascinating properties, such as high mechanical strength (200 times stronger than steel, Young’s modulus ~ 1100 Gpa), exceptionally thin nanostructure (1 million times thinner than human hair and world’s first two-dimensional material made up of single layer of hexagonally arranged sp²-bonded carbon atoms, cf. (Figure 1), extraordinary electrical conductivity (mobility of charge carriers ~ 200,000 cm² V⁻¹ s⁻¹), very high specific surface area (~ 2630 m²/g), excellent thermal conductivity (~ 5000 W/m/K), highly stretchable, fully flexible yet impermeable, chemically inert, and intrinsically biocompatible [1, 2]. Also the advent of simple, cost-effective and scalable fabrication techniques for single layer graphene made it one of the most attractive and sought after nonmaterial’s in recent times [3], having applications in a wide range of fields including nanoelectronics, composite materials, energy technology, sensors, and catalysis, among others [4-6].

Additionally, the advent of the ‘cousins’ of graphene, such as graphene oxide (GO), reduced GO (rGO), graphene (hydrogenated graphene), graphene (fluorine-terminated graphene), graphyne (benzene rings (sp²) connected by acetylene (sp) bonds), graphdiyne (graphene structure with two acetylene linkage) etc. cf. (Figure 2) [7-10] and the realization of their biological and chemical functionalization processes [11,12] made the graphene-based nonmaterial’s highly attractive for biomedical applications. Indeed, after the pioneering work on the use of GO as an efficient carrier for drug delivery [11], a new horizon has been opened up to explore the use of graphene-based nonmaterial’s for widespread biomedical applications. Although relatively new, but this research area becomes highly attractive and expanding rapidly with wide ranging applications, such as biological sensing and imaging, drug/gene delivery, antibacterial materials, biocompatible scaffold for cell culture, stem cell differentiation, mass spectrometry, etc. [12-20]. In fact, a recent study revealed that the biomedical applications of graphene and its derivatives supersede the non-medical applications. (Figure 3) depicts that the biomedical applications of the graphene and its derivatives are almost 63% as against 37% for the non-medical applications [21]. The broad bio-medical applications of the graphene and its derivatives in some major fields are pictorially presented in (Figure 4) [16].
Graphene and its derivatives in bio-sensing and bio-imaging

As far as the graphene-based bio-sensors are concerned, the unique chemical, electrochemical, optical, electrical and electronic properties of graphene (and its derivatives) and the bio-functionalization of graphene-based nonmaterial’s with various biomolecules and cells provide interesting applications in optical/electrochemical sensors, bio-imaging, electronic devices, mass spectroscopy etc. even without accounting for their improved biocompatibility, solubility and selectivity [22]. For example, a graphene-derivative/ oligonucleotide nanocomplex is used as a platform for DNA detection and analysis, in situ sensing of biomolecules, in vivo imaging of biomolecules in living cells, protein detection, sensing of heavy metals, pathogens etc. (Figure 5-i) schematically illustrates the mechanism of the interaction of fluorescent-tagged DNA with functionalized graphene, where both single-stranded (ss) DNA and double-stranded (ds) DNA are adsorbed onto a graphene surface (processes A and B, respectively). With ssDNA having stronger interaction against dsDNA, the fluorescence on the ssDNA darkens more, thus improving the bio-sensing capability. The adsorbed ssDNA can be detached from the graphene surface when a complimentary DNA nears the ssDNA (process C). Additionally, the adsorbed DNA onto the graphene is protected from being broken down by enzymes, thus improving the sensing efficiency [23]. Because of the aromatic character of the graphene (and its derivatives) and its ability to keep various ionic components onto its basal plane (which lead to the unique capacity to absorb bio-molecules), graphene nonmaterial’s can become excellent bio-sensors in near future. Regarding the bio-imaging applications, a monohybrid of graphene-derivatives and fluorescent molecules is used as an in vitro and in vivo fluorescent cellular imaging probe. Graphene quantum dots’ (GQD) photo luminescent properties have been explored for intracellular imaging without any surface processing or functionalization processes. Also a GO-magnetic nanoparticles composite is used for enhancing magnetic resonance imaging (MRI) signal for in vivo and non-invasive cellular imaging (Figure 5-ii). Additionally, radio-labelled GO (GO conjugated with some antibody) has been used for positron emission tomography (PET) imaging (a nuclear medical imaging) for cancer cells [24-28].

Regarding electrochemical sensing, a monohybrid consists of graphene / GO / reduced GO – metallic / organ metallic compound is used for electrochemical sensing of bio-macromolecules, enzymes and small molecules (like H$_2$O$_2$, β-Nicotinamide adenine dinucleotide (NAD+), dopamine, glucose etc.). Apart from optical and electrochemical sensing and imaging, graphene-based field effect transistor (FET) (Figure 5-iii) becomes an attractive tool for electrical sensors for biomaterials and processes (like DNA hybridization, hormonal catecholamine molecules, protein-
binding events, heavy metals etc.). Similarly, integration of graphene transistor arrays into a micro fluidic channel leads to the ‘flow-catch-release’ sensing of Malaria-infected red blood cells [29-33].

Figure 5: (iii) Schematics of graphene nanomaterials-based FET for electrical detection of protein binding events. The figure is adapted with permission from Mao et al. [33].

Also, interfacing graphene and its derivatives with micro/nanoscale biomaterials/components leads to the fabrication of some bio-electronic devices for detection of DNAs, proteins, and pH sensors etc. Also graphene-based nonmaterials are used as a novel matrix for mass spectrometry assay of biological molecules. The ultra-high specific surface area of graphene with double-sided aromatic scaffold provides extremely large loading capacity in surface-enhanced laser desorption-ionization (SELDI) probe for DNA detection and analysis [33-35].

Although majority of the above-mentioned graphene-based biomedical applications involve pristine graphene, GO and rGO, but some of the newly developed graphene derivatives are also reported to show interesting and novel applications in biomedicine. For example, graphdiyne showed promising amino acid detection capability and can potentially be used in biosensing applications [36]. Theoretical modeling depicted pristine graphene has excellent desalination properties [37]. Therefore, functionalized graphene can be used for cyanobacteria cultures to generate large biomass for bio-desalination process [38]. Graphane, the semi-hydrogenated graphene, has promising applications in organic ferroelectrics [39], thereby opening up promising opportunities in the field of molecular ferroelectricity, which has interesting links with biological ferroelectricity [40]. Graphane, the hydrogenated graphene, revealed improved biosensing properties over graphene and thus may be used in novel bio-sensing devices [41].

Challenges

The major challenges in the field of graphene and its derivatives for bio-sensing and bio-imaging applications are (i) identification of practical advantages over conventional bio-assay tools, (ii) reproducibly, and (iii) reliability. Although a large volume of studies have been published in this area of research in recent times, and in many cases the detection sensitivities are found be better than the conventional methods, yet, the batch-to-batch variations of the graphene-based nano-bio-sensors are far from satisfactory, and needs more attention [19].

Graphene and its derivatives as bio-delivery carriers and therapeutic applications

Some of the unique properties of graphene and its derivatives such as large surface area, chemical purity, easy bi-functionalization, availability of delocalized electrons for easy solubility and bondage of drug molecules, high drug loading capacity of the double-sided graphene sheet, its lipophilic nature to help cell membrane barrier penetration for in vivo drug delivery etc. made graphene nonmaterial’s highly promising for bio-delivery carriers for Nanomedicine applications (Figure 6). After the seminal work on the in vitro loading and release of anticancer drugs by GO [11], a series of works have been published on in vitro controlled drug loading and targeted delivery of drugs via graphene and its derivatives as bio-delivery carriers for drug delivery and cancer therapy as well as other non-cancer treatments [13-21,42-53].

Figure 6: Schematic illustration of penetration of graphene inside a cell for drug delivery. The figure is adapted with permission from Macmillan Publishers Ltd: Nature 490 (2012) 193-200 © 2012.

Apart from the in vitro delivery of small drug molecules, graphene and its derivatives are reported to show the capability of in vitro gene transfection, which is very important to treat various diseases caused by genetic disorders, including cystic fibrosis, Parkinson’s disease, and cancer. For example plasmid DNA (pDNA), silencing RNA (siRNA) etc. are loaded in graphane derivatives for intracellular transfection into cancer cells with improved cell killing efficacy [54-58]. As lack of efficient and safe gene vectors pose a major challenge in the development of gene therapy [59], use of graphene and its derivatives in the field of gene delivery can open up new possibilities to treat genetic disorders.

Other important in vitro therapeutic applications of graphene nanomaterials are the phototherapy, such as photo thermal (PTT) and photodynamic (PDT) therapy, which are used to control disease by specific light irradiation. The advantage of phototherapy is that, graphene nano-agents can specifically target and kill cancer cells which are exposed to the light, without significantly damaging the normal organs in dark, thus exhibiting remarkable advantages in terms of enhancing the cancer killing specificity and reducing the side effects [60]. In PTT, because of strong optical adsorption in the near-infrared (NIR) region of graphene, graphene-based nonmaterial’s are targeted to the...
cancer cells followed by NIR radiation to generate sufficient heat for cancer cell killing (Figure 7-i). On the other hand, in PDT, graphene-based nanomaterials are irradiated with a suitable wavelength of light to generate reactive oxygen species (or free radicals), which irreversibly damage/kill the cancer cells. For enhancement of therapeutic efficacy, combinatorial therapy like PTT and chemotherapy has been used. In some cases, a combination of PTT and PDT showed much improved cell killing efficacy via improved delivery of photo sensitizers through PTT effect of graphene, followed by generation of cytotoxic singlet oxygen through PDT effect of functionalized graphene derivatives. Some groups reported high therapeutic efficacy with graphene-photo catalyst nanohybrid via combinatorial PTT and photo catalytic therapy [11,61-73].

Although considerable progress has been made on the exploration of graphene and its derivatives as delivery carriers and therapeutic applications in vitro, but in vivo test needs considerable attention for real time treatments of clinical cancer and other diseases. Only a handful of reports are published in this direction. The first report in this regard presented the intravenous administration of bio-functionalized graphene derivatives (labeled with a NIR fluorescence dye but not carrying any drug) for passive tumor targeting in mouse xenograft models and killing the cancer cells via PTT [74]. Thereafter, few reports have been published on the in vivo test of graphene nonmaterials as delivery carries and therapeutic applications via PTT and PDT. The effect of size and surface chemistry of graphene derivatives on the in vivo photo thermal cancer treatment have also been studied [63-65,72,75-79].

**Challenges**

The major challenges for the applications of graphene-based nonmaterial’s in drug/gene delivery and therapy are the realization of (i) sufficiently high drug loading capability for practical uses, (ii) suitable in vivo drug distribution and release profiles, (iii) proper chemical modifications of graphene derivatives for cell membrane barrier penetration for drug delivery into the interior of a cell, (iv) understanding of in vitro and in vivo toxicity profile, bio-distribution, bio-compatibility and bio-degradability of graphene and its derivatives. Several groups already started exploring the long term and short term cytotoxicity effects of graphene-based nonmaterial’s in vitro [11,4,6,80-83] and in vivo [24,74,76,82,84-88]. Yet this field is very much open as the toxic effects of graphene is highly dependent on its particular form, such as the size, morphology, chemical structure as well as the specific application in which it is used for. The effects of graphene on the immune systems, reproductive systems, nerve systems etc. are yet to be investigated systemically. Additionally, compared to the conventional bio-degradable organic macromolecules as drug delivery carriers, graphene, being an inorganic nonmaterial’s, hardly degrades into the biological system, and hence, cannot be used simply as a delivery carrier, unless some novel means are discovered to make it bio-degradable. Therefore, unless the above challenges are addressed properly, the graphene nonmaterial’s-based drug delivery and therapeutic technology is not likely to hit the market in the near future, given the clinical and regulatory hurdles posed by the pharmacovigilance agencies.

**Graphene and its derivatives in cell culture, tissue engineering and cell growth behavior**

Graphene-based nanomaterials have been used as scaffolds for cell culture and tissue engineering and exhibited minimal harmful effect on the mammalian cells, very good adhesion properties, excellent gene transfection efficacy, high capability of the promotion of differentiation of stem cells into bone cells in a controlled manner for bone regeneration therapy, excellent boosting ability for the neurite sprouting and outgrowth
for neural interfacing, [83,89-97]. Graphene derivatives and graphene-based nanocomposites also revealed inhibition effect of bacterial growth on their surfaces due to the synergistic effect with other materials, and the oxidative stress induced by membrane disruption. Also, the antibacterial activity is found to be controlled by the size of the graphene derivatives with minimal skin irritation [80,98-106].

**Challenges**

The main challenges for the graphene and its derivatives in cell culture, tissue engineering and antibacterial activities are (i) proper understanding of the mechanism underlying the stem cell differentiation, (ii) clear knowledge on the relative antibacterial activity of different graphene derivatives, (iii) proper understanding of the experimental conditions for bacterial activity, (iv) proper detection technique of the antibacterial activity to determine the cause and effect. For example, graphene showed different stem cell differentiation against its derivatives, which is assumed to be due to the different interactions between the growth agents and the graphene’s (and its derivatives’) surfaces. Unless the mechanism is properly known, it will be difficult to scale the technology. Similarly, some reports suggested enhancement of bacterial growth on graphene surfaces, rather than the inhibition [107], which clearly indicates the dependence of the antibacterial activity on the experimental conditions, which needs to be standardized for practical applications. Also the detection mechanism of the antibacterial activity of graphene-based nanomaterials should be done in the molecular level to understand the mechanism properly and monitor the antibacterial activity at the molecular level.

**Future Prospects**

The new and exciting properties of graphene and its derivatives lead to some interesting biomedical applications and dramatic progresses have been made in this direction in recent times. But this area of research is still in its infant stage and needs proper future perspective to convert into a market-oriented research field. In that sense the following future trends are noteworthy.

i) For therapeutic application of graphene and its derivatives, proper understanding of the toxicity profile of this kind of new nanomaterials in vitro and in vivo is the most important and future goal. Additionally, the future research should be directed in the combinatorial therapies which may include two or more of the following therapies like PTT, PDT, photo acoustic, photo catalytic, RF ablation etc. with the conventional therapeutic drugs to overcome the multi-drug resistance problem, to decrease the doses of drugs and reduce the side effects, which often pose hurdles in the current chemotherapy, thus improving the tumor treatment efficacy. Therefore, combined therapies based on graphene may bring a novel opportunity to the next generation of cancer treatment.

ii) Another very important future biomedical application area of graphene-based nanomaterials would be the gene transfection in vivo. Although several studies reported that biofunctionalized graphene derivatives could serve as gene transfection vectors in vitro, but in vivo gene delivery using graphene-based nano-vectors are yet to be explored. To realize this goal, a better and smarter design of surface chemistry, based on the unique properties of graphene and its derivatives, is necessary for future treatment of genetic disorders.

iii) Another immediate goal for graphene-based biomedical application is the synthesis of uniform graphene nanomaterials which can help increase the repeatability required for accurate biomolecules detection and drug delivery. Additionally, new and scalable (for mass production) preparation methods have to be developed for erratic graphene-nanomaterials synthesis, and new bio-functionalization methods have to be realized to get desirable physical and chemical properties of graphene and its derivatives as well as to prevent them from agglomeration during the biomedical applications.

iv) In the field of bio-imaging, although graphene-based nanomaterials, especially graphene quantum dots (GQD) have shown great potential for its low toxicity in vivo, but the productivity is quite low. Therefore, future goal should be directed in investigating various techniques to increase the productivity of GQDs with high quantum yields.

v) In the field of graphene nanomaterials-based bio-sensors, the sensing efficiency is still not up to the mark for market applications. Therefore, future trend in this field should be to understand the molecular mechanism of the bio-sensors and the physical/chemical parameters related to the performance of the sensors. This will allow for the realization of more efficient, reliable and accurate graphene-based bio-sensors for practical applications.

vi) Another novel future bio-application of graphene and its derivatives is the combined bio-medical investigation and therapeutic application, which includes in situ localization/detection via bio-sensing, real time monitoring/cell imaging and drug delivery. The ability of graphene-based nanomaterials in DNA adsorption, quenching and protection from enzyme cleavage may lead to the development of graphene-based nanoplatform for combined bio-sensing, bio-imaging, drug delivery and therapy.

vii) In the field of laser desorption/ionization mass spectrometry (LDI-MS), nanohybrid films of graphene nanomaterials/other carbon nanomaterials/metal nanoparticles showed enhanced LDI efficiency, having excellent applicability for LDI-MS analysis. Therefore, graphene-based nanostructure films as platforms for LDI-MS analyses for phospholipase activity, small molecules and mouse brain tissue can have interesting future applications.
viii) In the field of antibacterial activities of graphene and its derivatives, the future research should be directed on the study of the effects of time, concentration, size, density, and surface structure of graphene nanomaterials, to understand the underlying mechanism.

ix) As far as the fields of graphene nanomaterials-based cell growth, tissue engineering and regenerative medicinal applications are concerned, since these areas of research are relatively new, special attention is needed in future to develop this field properly for novel applications. For example, graphene derivatives, supported by other bio-molecules, have shown the potential of generating mechanically strong, electro-conductive hydrogels, which can have important future application in the field of cardiac tissue repair technology.

x) Besides experimental works, theoretical investigations of various aspects of graphene and its derivatives, including electronic structure, doping effects, optical/electrical/ electrochemical/ mechanical properties and dependence of these properties on the number of layers, surface structures, functionalization etc. are the need of the hour to help understanding the properties of these new nanomaterials at the molecular level. This may lead to the rational designing of the bio-medical devices combining with theoretical modeling with advanced experimental techniques to significantly shorten the cycle of graphene nanomaterials-based biomedical research.

xi) Just like every coin has two sides, the toxicity effect of graphene and its derivatives can be exploited in a positive way by considering any particular toxicity profile arose from a certain bio-activity of graphene nanomaterials, to use in therapeutic applications like antibiotic and/or anti-cancer treatments.

xii) And last but not the least, apart from graphene, GO and rGO (pristine & bio-functionalized), which have maximum biomedical applications, exploitation of other ‘cousins’ of graphene (like graphene, graphene, graphene, graphdiyne, fluorographene etc.) in biomedicine can become an interesting future research field. Since these new nanomaterials are still in the nascent stage, their scalable syntheses procedures, their electrical, optical, mechanical, chemical, electrochemical, electronic and surface properties, their toxicity profile and bio-compatibility etc. are yet to be explored completely and can become an open research field with tremendous potential for bio-medical applications.

Since many of the unique advantages, fascinating properties and potential applications of graphene and its derivatives are yet to be explored, interdisciplinary approaches among physics, chemistry, biology, materials science and engineering will be the need of the hour. This will not only accelerate the mechanistic understanding of graphene-based platforms for diverse biomedical applications, but can bring these applications from the research lab to the clinic.

References
1. Geim AK (2009) Graphene Status and prospects. Science 324(5934): 1530-1534.
2. Geim AK, Kim P (2008) Carbon wonderland. Sci Am 298(4): 90-97.
3. Novoselov KS, Geim AK, Morozov SV, Jiang D, Zhang Y, et al. (2004) Electric field in atomically thin carbon films. Science 306(5696): 666-669.
4. Rao CNR, Biswas K, Subrahmanyan KS, Govindaraj A (2009) Graphene: the new nanocarbon. J Mater Chem 19: 2457-2469.
5. Choi W, Lahiri I, Seelaboyina R, Kang YS (2010) Synthesis of Graphene and Its Applications: A Review. Crit Rev Solid State Mater Sci 35(1): 52-71.
6. Guo S, Dong S (2011) Graphene nano sheet: synthesis, molecular engineering, thin film, hybrids, and energy and analytical applications. Chem Soc Rev 40(5): 2644-2672.
7. Novoselov KS (2009) Beyond the wonder material. Physics World 22: 27-30.
8. Dreyer DR, Park S, Bialkowski CW, Buoff RS (2010) The chemistry of graphene oxide. Chem Soc Rev 39: 228-240.
9. Inagaki M, Kang F (2014) Graphene derivatives: graphane, fluorographene, graphene oxide, graphyne and graphdiyne. J Mater Chem A 2: 13193-13206.
10. Peng Q, Dearden AK, Crean J, Han L, Liu S, et al. (2014) New materials graphyne, graphdiyne, graphene, and graphane: review of properties, synthesis, and application in nanotechnology. Nanotechnology, Science and Applications 7: 1-29.
11. Liu Z, Robinson JT, Sun XM, Dai H (2008) PEGylated nanographite oxide for delivery of water-insoluble cancer drugs. J Am Chem Soc 130(33): 10876-10877.
12. Jiang H (2011) Chemical preparation of graphene-based nanomaterials and their applications in chemical and biological sensors. Small7(17): 2413-2427.
13. Shen H, Zhang L, Min L, Zhang Z (2012) Biomedical Applications of Graphene. Theranostics 2(3): 283-294.
14. Liu Z, Robinson JT, Tabakman SM, Yang K, Dai H (2011) Carbon materials for drug delivery & cancer therapy. Materials Today 14(7-8): 316-323.
15. Yang Y, Asiri AM, Tang Z, Du D, Lin Y (2013) Graphene based materials for biomedical applications. Materials Today 16(10): 365-373.
16. Chung C, Kim YK, Shin D, Ryu SR, Hong BH, et al. (2013) Biomedical Applications of Graphene and Graphene Oxide. Acc Chem Res 46(10): 2211-2224.
17. Nanda SS, Papeetthymiou GC, Yi DK (2015) Functionalization of Graphene Oxide and Its Biomedical Applications. Critical Reviews in Solid State and Materials Sciences 40(5): 291-315.
18. Pan Y, Bao H, Sahoo NG, Wu T, Li L (2011) Water-Soluble Poly(N-isopropylacrylamide)-Graphene Sheets Synthesized via Click Chemistry for Drug Delivery. Advanced Functional Materials 21(14): 2754-2763.
19. Feng L, Liu Z (2011) Graphene in biomedicine: opportunities and challenges. Nanomedicine (Lond) 6(2): 317-324.
20. Zhang L, Xia J, Zhao Q, Liu L, Zhang Z (2010) Functional Graphene Oxide as a Nanocarrier for Controlled Loading and Targeted Delivery of Mixed Anticancer Drugs. Small 6(4): 537-544.
21. Mao HY, Laurent S, Chen W, Akhavan O, Imani M (2013) Graphene: Promises, facts, opportunities and challenges in nanomedicine. Chem Rev 113(5): 3407-3424.
22. Wang Y, Li Z, Wang J, Li J, Lin Y (2011) Graphene and graphene oxide: biofunctionalization and applications in biotechnology. Trends in Biotechnology 29(5): 205-212.
23. Tang Z, Wu H, Cort JR, Buciko GW, Zhang Z, et al. (2010) Constraint of DNA on Functionalized Graphene Improves its Biostability and Specificity. Small 6(11): 1205-1209.
24. Gollawelli G, Ling YC (2012) Multi-functional graphene as an in vitro and in vivo imaging probe. Biomaterials 33(8): 2552-2554.
25. Chaofan H, Yingliang L, Yang Y, Cui J, Zinong H et al. (2013) One-step preparation of nitrogen-doped graphene quantum dots from oxidized debris of graphene oxide. J Mater Chem B 1(1): 39-42.
26. Pohlmann A, Cantow K, Hentschel J, Arakelyan K, Ladwig M, et al. (2013) Linking non-invasive parametric MRI with invasive physiological measurements (MR-PHYSIOIL): towards a hybrid and integrated approach for investigation of acute kidney injury in rats. Acta Physiol 207(4): 673-689.
27. Chen W, Yi P, Zhang Y, Zheng L, Deng Z, et al. (2011) Composites of Aminodextran-Coated Fe3O4 Nanoparticles and Graphene Oxide for Cellular Magnetic Resonance Imaging. ACS Appl Mater Interfaces 3(10): 4085-4091.
28. Hong H, Yang K, Zhang Y, Engle JW, Feng L, et al. (2012) In Vivo Targeting and Imaging of Tumor Vasculature with Radiolabeled, Antibody-Conjugated Nanographene. ACS Nano 6(3): 9253-9260.
29. Wang Y, Shao Y, Matson DW, Li J, Lin Y (2010) Nitrogen-Doped Graphene and Its Application in Electrochemical Biosensing. ACS Nano 4(4): 1790-1798.
30. Shi X, Gu W, Peng W, Li B, Chen N, et al. (2014) Sensitive Pb2C probe based on the fluorescence quenching by graphene oxide and enhancement of the leaching of gold nanoparticles. ACS Appl Mater Interf 6(4): 2568-2575.
31. Ang PK, Li A, Jaiswal M, Wang Y, Hou HW (2011) Flow Sensing of Single Cell by Graphene Transistor in a Microfluidic Channel. Nano Lett 11(12): 5240-5246.
32. Mao S, Lu G, Yu K, Bo Z, Chen J (2010) Specific Protein Detection Using Thermally Reduced Graphene Oxide Sheet Decorated with Gold nanoparticle-Antibody Conjugates. Adv Mater 22(32): 3521-3526.
33. Wang Z, Huang P, Riharde A, Jin A, Ma Y, et al. (2012) A nanoscale graphene oxide-peptide biosensor for real-time specific biomarker detection on the cell surface. Chem Commun 48(78): 9768-9770.
34. Dong X, Cheng J, Li J, Wang Y (2010) Graphene as a Novel Matrix for the Analysis of Small Molecules by MALDI-TOF MS. Anal Chem 82(14): 6208-6214.
35. Chen X, Gao P, Guo L, Zhang S (2015) Graphylene as a promising material for detecting amino acids. Sci Rep 16(5): 16-720.
36. Xue M, Qiu H, Guo W (2013) Exceptionally fast water desalination at complete salt rejection by pristine graphene monolayers. Nanotechnology 24(50): 505-720.
37. Amenezaga JM, Amtmann A, Biggs CA, Bond T, Gandy CJ (2014) Biodesalination: a case study for applications of photosynthetic bacteria in water treatment. Plant Physiol 164(4): 1661-1676.
38. Wu M, Burton JD, Tsybalyk H, Zheng XG, Jena P (2013) Hydroxyl-decorated graphene systems as candidates for organic metal-free ferroelectrics, multiferroics, and high-performance proton battery cathode materials. Phys Rev B 87: 081406.
39. Li J, Liu Y, Zhang Y, Cai HL, Xiong RG (2013) Molecular ferroelectrics: where electronics meet biology. Phys Chem Chem Phys 15: 20786-20796.
40. Tan SM, Sofer Z, Pumera M (2013) Biomarkers detection on hydrogenated graphene surfaces: towards applications of graphene in biosensing. Electroanalysis 25(3): 703-705.
41. Novoseok KS, Falko, Colombo L, Gellert PR, Schwab MG, et al. (2012) A roadmap for graphene. Nature 490(7419): 192-200.
42. Yang X, Wang Y, Huang X, Ma Y, Huang Y, et al. (2011) Multi-functionalized graphene oxide based anticancer drug-carrier with dual-targeting function and pH-sensitivity. J Mater Chem 21: 3448-3454.
43. Yang XY, Zhang XY, Liu ZF, Ma YF, Huang Y, et al. (2008) High-efficiency loading and controlled release of doxorubicin hydrochloride on graphene oxide. J Phys Chem C 112(45): 17554-17558.
44. Rana VK, Choi MC, Kong JY, Kim GY, Kim MJ, et al. (2011) Synthesis and drug-delivery behavior of chitosan-functionalized graphene oxide hybrid nanosheets. Macromolecular Materials and Engineering 296(2): 131-140.
45. Sun X, Liu Z, Welshker K, Robinson JT, Goodwin A, et al. (2008) Nano-Graphene Oxide for Cellular Imaging and Drug Delivery. Nano Res 1(3): 203-212.
46. Hong BJ, Compton OC, An Z, Eryazici I, Nguyen ST (2012) Successful Stabilization of Graphene Oxide in Electrolyte Solutions: Enhancement of Biofunctionalization and Cellular Uptake. ACS Nano 6(1): 63-73.
47. Artiles MS, Rout GS, Fisher TS (2011) Graphene-based hybrid materials and devices for biosensing. Adv Drug Delivery Rev 63(14-15): 1352-1360.
48. Depan D, Shah J, Misra RDK (2011) Controlled release of drug from folate-decorated and graphene mediated drug delivery system: Synthesis, loading efficiency, and drug release response. Materials Science and Engineering: C 31(7): 1305-1312.
49. Abdali A, Moritz B, Wiggers, Hartmut, Schulz (2010) Hybrid microwave-plasma hot-wall reactor for synthesis of silica nanomaterials under well-controlled conditions. J Optoelectron Adv Mater 12(3): 440-444.
50. Motta G, Gea M, Carbene F, Augusti V, Morán E, et al. (2011) Current standards and future strategies in immunochemistry of non-Hodgkin’s lymphoma. J BIOLN 16(1): 9-15.
51. Liu Q, Wei L, Wang J, Peng F, Luo D, et al. (2012) Cell imaging by graphene oxide based on surface enhanced Raman scattering. Nanoscale 4(22): 7084-7089.
52. Bai H, Li C, Wang X, Shi G (2010) A pH-sensitive graphene oxide composite hydrogel. Chem Commun (Camb) 46(14): 2376-2378.
53. Feng L, Zhang S, Liu Z (2011) Graphene based gene transfection. Nanoscale 3(3): 1252-1257.
54. Zhang L, Lu Z, Zhao Q, Huang J, Shen H, et al. (2011) Enhanced chemotherapy efficacy by sequential delivery of siRNA and anticancer drugs using PEI-grafted graphene oxide. Small 7(4): 460-464.
55. Bao H, Pan Y, Ping Y, Sahoo NG, Wu T, et al. (2011) Chitosan-functionalized graphene oxide as a nanocarrier for drug and gene delivery. Small 7(11): 1569-1578.
56. Chan B, Liu M, Zhang LM, Huang J, Yao YL, et al. (2011) Polyethyleneimine-functionalized graphene oxide as an efficient gene delivery vector. J Materials Chemistry 21: 7736-7741.
57. Kim H, Namgung R, Singh K, Oh IK, Kim WJ (2011) Graphene oxide-
polyethyleneimine nanoconstruct as a gene delivery vector and bioimaging tool. Bioconjugate Chem 22(12): 2558-2567.

59. Mintzer MA, Simanek EE (2009) Nonviral vectors for gene delivery. Chem Rev 109(2): 259-302.

60. Yang K, Feng L, Shi X, Liu Z (2013) Nano-graphene in biomedicine: thermosonic applications. Chem Soc Rev 42(2): 530-547.

61. Markovic ZM, Harbaji-Trajkovic LM, Todorovic-Markovic BM, Kepic DP, Arsicin KM, et al. (2011) In vitro comparison of the photothermal anticancer activity of graphene nanoparticles and carbon nanotubes. Biomaterials 32(4): 1121-1129.

62. Robinson JT, Tabakman SM, Liang Y, Wang H, Casalongue HS, et al. (2011) Ultrasmall reduced graphene oxide with high near-infrared absorbance for photothermal therapy. J Am Chem Soc 133(17): 6625-6631.

63. Zhang W, Guo Z, Huang D, Liu Z, Guo X, et al. (2011) Synergetic effect of chemophotothermal therapy using PEGylated graphene oxide. Biomaterials 32(33): 8555-8561.

64. Hu SH, Chen YW, Hung WT, Chen IW, Chen SY (2012) Quantum-dot-tagged reduced graphene oxide nanocomposites for bright fluorescence bioimaging and photothermal therapy monitored in situ. Adv Mater 24(13): 1749-1754.

65. Zhou L, Wang W, Tang J, Zhou JH, Jiang HJ, et al. (2011) Graphene Oxide Noncovalent Photosensitizer and Its Anticancer Activity In Vitro. Eur Chem 17(43): 12084-12091.

66. Debele TA, Peng S, Tsai HC (2015) Drug Carrier for Photodynamic Cancer Therapy. Int J Mol Sci 16(9): 22094-22136.

67. Huang P, Xu C, Lin J, Wang C, Wang X (2011) Folic acid-conjugated graphene oxide loaded with photosensitizers for targeting photodynamic therapy. Theranostics 1: 240-250.

68. Akhavan O, Ghaederi E, Aghayee S, Fereydooni Y, Talebi A (2012) The use of a glucose-reduced graphene oxide suspension in photothermal cancer therapy. Photochemistry and Photobiology 89(3): 659-666.

69. Dong H, Zhao Z, Wen H, Li Y, Guo F, et al. (2010) Poly(ethylene glycol) conjugated-nano-graphene oxide for photodynamic therapy. Science China Chemistry 53(11): 2265-2271.

70. Tian B, Wang C, Zhang S, Feng L, Liu Z (2011) Photothermally Enhanced Photodynamic Therapy Delivered by Nano-Graphene Oxide. ACS Nano 5(9): 7000-7009.

71. Hu Z, Huang YD, Sun SF, Guan WC, Yao YH, et al. (2012) Visible light driven photodynamic anticancer activity of graphene oxide/TiO2 hybrid. Carbon 50(3): 994-1004.

72. Yang K, Zhang S, Zhang G, Sun X, Lee ST, et al. (2010) Graphene in mice: ultrasight in vivo tumor uptake and efficient photothermal therapy. Nano Lett 10(9): 3318-3323.

73. Yang K, Hu L, Ma X, Ye S, Cheng L, et al. (2012) Multimodal Imaging Guided Photothermal Therapy using Functionalized Graphene Nanosheets Anchored with Magnetic Nanoparticles. Adv Mater 24(14): 1868-1872.

74. Yang K, Wan J, Zhang S, Zhang Y, Lee ST, et al. (2011) In vivo pharmacokinetics, long-term biodistribution, and toxicity of PEGylated graphene in mice. ACS Nano 5(1): 516-522.

75. Yang K, Wan J, Zhang S, Tian B, Zhang Y, et al. (2012) The influence of surface chemistry and size of nanoscale graphene oxide on photothermal therapy of cancer using ultra-low laser power. Biomaterials 33(7): 2206-2214.

76. Jung HS, Kong WH, Sung DK, Lee MY, Beaack SE (2014) Nanographene oxide–hyaluronic acid conjugate for photothermal ablation therapy of skin cancer. ACS Nano 8(1): 260-268.

77. O’Connor AE, Gallagher WM, Byrne AT (2009) Porphyrin and nonporphyrin photosensitizers in oncology: preclinical and clinical advances in photodynamic therapy. Photochem Photobiol 85(5): 1053-1074.

78. Wenbing H, Cheng P, Weijie L, Min L, Xiaoming L, et al. (2010) Graphene-Based Antibacterial Paper. ACS Nano 4(7): 4317-4323.

79. Zhang Y, Ali SF, Dervishi E, Xu Y, Li Z, et al. (2010) Cytotoxicity Effects of Graphene and Single-Wall Carbon Nanotubes in Neuronal Phaeochromocytoma-Derived PC12 Cells. ACS Nano 4(6): 3181-3186.

80. Kan W, Jing R, Hua S, Jiali Z, Yan W, et al. (2011) Biocompatibility of Graphene Oxide. Nanoscale Res Lett 6(1): 8.

81. Ryoo SR, Kim YK, Kim MH, Min DH (2010) Behaviors of NIH-3T3 Fibroblasts on Graphene/Carbon Nanotubes: Proliferation, Focal Adhesion, and Gene Transfection Studies. ACS Nano 4(11): 6587-6598.

82. Zhang XY, Yin J, Peng C, Hu W, Zhu Z, et al. (2011) Distribution and biocompatibility studies of graphene oxide in mice after intravenous administration. Carbon 49(5): 986-995.

83. Singh SK, Singh MK, Kulkarni PP, Sonkar VK, Dash D, et al. (2012) Amine-Modified Graphene: Thrombo-Protective Safer Alternative to Graphene Oxide for Biomedical Applications. ACS Nano 6(3): 2731-2740.

84. Schinwald A, Murphy FA, Jones A, MacNee W, Donaldson K (2012) Graphene-Based Nanoplatelets: A New Risk to the Respiratory System as a Consequence of Their Unusual Aerodynamic Properties. ACS Nano 6(1): 736-746.

85. Feng Z, Liu Z (2011) In Vitro and in vivo behaviors of dextran functionalized graphene. Carbon 49(12): 4040-4049.

86. Duch MC, Budinger GRS, Liang YT, Soberanes S, Urlich D (2011) Minimizing Oxidation and Stable Nanoscale Dispersion Improves the Biocompatibility of Graphene in the Lung. Nano Lett 11(12): 5201-5207.

87. Kalbacova M, Broz A, Kong J, Kalbac M (2010) Graphene substrates promote adherence of human osteoblasts and mesenchymal stromal cells. Carbon 48(15): 4525-4529.

88. Chen H, Muller MB, Gilmore KJ, Wallace GG, Li D (2010) Mechanically Strong, Electrically Conductive, and Biocompatible Graphene Paper. Advanced Materials 20(18): 3557-3561.

89. Fan H, Wang L, Zhao K, Li N, Shi Z, et al. (2010) Fabrication, mechanical properties, and biocompatibility of graphene-reinforced chitosan composites. Biomacromolecules 11(9): 2345-2351.

90. Nayak TR, Andersen H, Makam VS, Khaw C, Bae S, et al. (2011) Graphene for con-trolled and accelerated osteogenic differentiation of human mesenchymal stem cells. ACS Nano 5(6): 4670-4678.

91. Li N, Zhang X, Song Q, Su R, Zhang Q, et al. (2011) The promotion of neurite sprouting and outgrowth of mouse hippocampal cells in culture by graphene substrates. Biomaterials 32(35): 9574-9382.

92. Lee WC, Lim CH, Shi H, Tang LA, Wang Y, et al. (2011) Origin of enhanced stem cell growth and differentiation on graphene and graphene oxide. ACS Nano 5(9): 7334-7341.

93. Park SY, Park J, Sim SH, Sung MG, Kim KS, et al. (2011) Enhanced differentiation of human neural stem cells into neurons on graphene.
96. Chen GY, Pang DW, Hwang SM, Tuan HY, Hu YC (2012) A graphene-based platform for induced pluripotent stem cells culture and differentiation. Biomaterials 33(2): 418-427.

97. Wang Y, Lee WC, Manga KK, Ang PK, Lu J, et al. (2012) Fluorinated graphene for promoting neuro-induction of stem cells. Advanced Materials 24(31): 4285-4290.

98. Park SJ, Suk JW, An JH, Oh JH, Lee SJ, et al. (2010) The effect of concentration of graphene nanoplatelets on mechanical and electrical properties of reduced graphene oxide papers. Carbon 50(12): 4573-4578.

99. Akhavan O, Ghaderi E (2010) Toxicity of graphene and graphene oxide nanowalls against bacteria. ACS Nano 4(10): 5731-5736.

100. Liu S, Zeng TH, Hofmann M, Burcombe E, Wei J, et al. (2011) Antibacterial activity of graphite, graphite oxide, graphene oxide, and reduced graphene oxide: membrane and oxidative stress. ACS Nano 5(9): 6971-6980.

101. Santos CM, Tria MCR, Vergara RAMV, Ahmed F, Advincula RC, et al. (2011) Antimicrobial graphene polymer (PVK-GO) nanocomposite films. Chemical Communications 47(31): 8892-8894.

102. Lin D, Qin T, Wang Y, Sun X, Chen L (2014) Graphene oxide wrapped SERS tags: Multifunctional platforms toward optical labeling, photothermal ablation of bacteria, and the monitoring of killing effect. ACS Appl Mater Interfaces 6(2): 1320-1329.

103. Liu L, Liu J, Wang Y, Yan X, Sun DD (2011) Facile synthesis of monodispersed silver nanoparticles on graphene oxide sheets with enhanced antibacterial activity, New Journal of Chemistry 35(7): 1418-1423.

104. Liu J, Tang J, Gooding JJ (2012) Gooding, Strategies for chemical modification of graphene and applications of chemically modified graphene. Journal of Materials Chemistry 22(25): 12435-12452.

105. Zhao J, Deng R, Lv M, Li J, Zhang Y, et al. (2013) Graphene oxide-based antibacterial cotton fabrics. Advanced Healthcare Material 2(9): 1259-1266.

106. Perreault F, Tousley ME, Elimelech M (2014) Thin-film composite polyamide membranes functionalized with biocidal graphene oxide nanosheets. Environ Sci Technol Lett 1(1): 71-76.

107. Ruiz ON, Fernando KA, Wang B, Brown NA, Luo PG, et al. (2011) Graphene oxide: a nonspecific enhancer of cellular growth. ACS Nano 5(10): 8100-8107.